Room temperature exchange bias and spin valves based on Bi Fe O 3/Sr Ru O 3/Sr Ti O 3/Si (001) heterostructures
Lane W. Martin, Ying-Hao Chu, Qian Zhan, R. Ramesh, Shu-Jen Han, Shan X. Wang, Maitri Warusawithana, and Darrell G. Schlom

Citation: Applied Physics Letters 91, 172513 (2007); doi: 10.1063/1.2801695
View online: http://dx.doi.org/10.1063/1.2801695
View Table of Contents: http://scitation.aip.org/content/aip/journal/apl/91/17?ver=pdfcov
Published by the AIP Publishing

Articles you may be interested in
Exchange biases of Co, Py, Co40Fe40B20, Co75Fe25, and Co50Fe50 on epitaxial BiFeO3 films prepared by chemical solution deposition
J. Appl. Phys. 109, 07D736 (2011); 10.1063/1.3563061

Tunnel magnetoresistance and robust room temperature exchange bias with multiferroic Bi Fe O 3 epitaxial thin films

Spin valves with synthetic exchange bias Co 70 Ni 10 Pt 20/Ru/CoFe

Influence of the annealing field strength on exchange bias and magnetoresistance of spin valves with IrMn
J. Appl. Phys. 97, 093910 (2005); 10.1063/1.1895474

Enhancement of exchange bias in Mn–Ir/Co–Fe based spin valves with an ultrathin Cu underlayer and in situ Mn–Ir surface modification
J. Appl. Phys. 89, 6609 (2001); 10.1063/1.1357146
Room temperature exchange bias and spin valves based on BiFeO$_3$/SrRuO$_3$/SrTiO$_3$/Si (001) heterostructures

Lane W. Martin, Ying-Hao Chu, Qian Zhan, and R. Ramesh
Department of Materials Science and Engineering and Physics, University of California, Berkeley and Materials Science Division, Lawrence Berkeley National Laboratory, Berkeley, California 94720, USA

Shu-Jen Han and Shan X. Wang
Department of Materials Science and Engineering, Stanford University, Palo Alto, California 94305, USA

Maitri Warusawithana and Darrell G. Schlom
Department of Materials Science and Engineering, Pennsylvania State University, State College, Pennsylvania 16802, USA

(Received 16 August 2007; accepted 2 October 2007; published online 25 October 2007)

We report the growth and characterization of exchange bias and spin valve heterostructures based on the multiferroic antiferromagnet BiFeO$_3$ on Si (001) substrates. Using Co$_3$Fe$_4$O$_3$ as the ferromagnet, we demonstrate heterostructures with large negative exchange bias and negligible training (or a decrease in exchange bias field as a function of repeated magnetic cycling) at room temperature. We additionally report the manufacture of spin valve structures that have been found to have current in-plane magnetoresistance of over 2.25% at room temperature. © 2007 American Institute of Physics. [DOI: 10.1063/1.2801695]

Devices based on having the ability to electrically control exchange bias have been proposed; however, an understanding of the appropriate materials necessary to make this a reality did not exist until very recently. With the rebirth of interest in multiferroic materials, especially magnetoelectric materials, where there is coupling between magnetic and electronic order parameters, much attention has been given to understand how to integrate these materials into devices. Central to these studies are materials such as the magnetoelectric antiferromagnetic BiFeO$_3$ (BFO), whose high ordering temperatures (Néel temperature of $\sim 640$ K (Ref. 7) and ferroelectric Curie temperature of $\sim 1100$ K (Ref. 8)) have made it a prime candidate for device integration. Furthermore, recent experiments have demonstrated a direct interaction between the magnetic and ferroelectric order parameters in BFO and the ability to electrically switch the nature of the magnetic domain structure in this material. At the same time, much work has been completed to understand how to grow high quality, fully epitaxial, single phase thin films of BFO on various substrates, including Si. This has in turn, opened a possibility for creating functional devices. By understanding how the interesting functionality of multiferroic materials can be used to achieve goals such as electrically controlling magnetism, we offer a pathway to logic, memory, and spintronic devices.

One avenue with which this may be achieved is through the creation of an exchange coupled heterostructure based on multiferroics. Exchange bias, or a unidirectional exchange anisotropy which is associated with an anisotropic exchange interaction that occurs across the interface between a ferromagnet and an antiferromagnet, has been the focus of much research since its discovery in 1956. The formation of a unidirectional anisotropy and exchange bias can intuitively be explained by thinking of the ferromagnetic layer behaving as if it had an extra (internal) biasing field. Thus, the energy required to switch the magnetization antiparallel to the imaginary internal biasing field is larger than the energy required to switch the magnetization parallel to the imaginary internal biasing field. Thus, the energy

Ref. 6

Ref. 7

Ref. 8

Ref. 9

Ref. 10

Ref. 11

Ref. 12

Ref. 13

Ref. 14

Ref. 15

Ref. 16

Ref. 17

The intrinsic coupling between order parameters in a multiferroic material will effect changes on the magnetic order of the coupled ferromagnet. Taking full advantage of the intrinsic coupling between order parameters in a multiferroic and the extrinsic coupling between the magnetic order in the multiferroic and the coupled ferromagnet layers could lead to intriguing functionalities.

To date there have been only a few studies investigating exchange bias with multiferroic materials including YMnO$_3$ (Refs. 13 and 14) and BFO (Refs. 15–17) that have shown exchange bias with such systems can be demonstrated in a static manner. Dynamic switching of the exchange bias field with an applied electric field, however, had remained elusive until a recent report by Laukhin et al. focusing on YMnO$_3$ at very low temperatures. Despite such promising results, however, no researchers have demonstrated this functionality at room temperature or integrated these structures on Si substrates to pave the way for device trials.

Growth of thin films of BFO and the bottom electrode SrRuO$_3$ (SRO) were completed by pulsed laser deposition at 700 °C in 100 mTorr partial pressure of oxygen and cooled in 1 atm of oxygen. The films are grown on SrTiO$_3$ (STO) buffered Si (001) substrates. The substrates are produced by growing a high quality, strained 20 Å layer of STO on a Si
BFO films.

Transmission electron microscopy images reveal that the pseudocubic lattice of BFO is rotated by 45° in-plane relative to the underlying Si substrate. Despite the presence of defects in the films as imaged via TEM, both the SRO and BFO films are fully epitaxial on the STO buffer layer, which serves as an excellent template for the integration of complex oxides on Si wafers, and rotated by 45° from the underlying Si substrate.

Following the growth of the BFO/SRO/STO/Si (001) heterostructures the samples were transported to a vacuum sputtering system with a base pressure of 5×10⁻⁹ Torr, where the ferromagnetic metal—Co₈₀Fe₂₀ (CoFe) and capping (Ta) layers were grown. Growth of the CoFe films was completed in an applied magnetic field, H growth=200 Oe, which allows us to induce a uniaxial anisotropy in the films. Both bilayer CoFe (2.5 nm)/BFO (100–200 nm) and asymmetric spin valve structures CoFe (2.5 nm)/Cu (2 nm)/CoFe (5 nm)/BFO (100–200 nm) were grown and characterized. Previous analysis has demonstrated that there is no evidence for the oxidation of the CoFe films following the growth.

Magnetic measurements were completed on both bilayer and spin valve structures using a loop tracer, vibrating sample magnetometer, and SQUID magnetometer. Magnetization hysteresis loops reveal large negative exchange bias. Repeated magnetic cycling results in very little change in the magnetic properties.
systematic decrease in the magnitude of $H_{EB}$ with repeated magnetic hysteresis often within the first few magnetic cycles. We have completed over 14,000 magnetic cycles on our bilayer structures and have observed very little change in cycles. We have completed over 14,000 magnetic cycles on magnitudes of magnetic hysteresis loop remain nearly identical. Both the growth field direction $\mathbf{H}_2$ and the coercive field $(H_c)$, defined as the width of the hysteresis loop a zero magnetization divided by 2, are found to be nearly constant even after 14,000 magnetic cycles [Fig. 2(c)]. This analysis points to the strong nature of the coupling between the BFO and CoFe layers and the robust nature of the anisotropy in this system.

The asymmetric spin valve structures studied consist of the following: (5 nm)Ta/(2.5 nm)CoFe/(2 nm)Cu/(5 nm)CoFe/(150 nm)BFO/(50 nm)SRO/(2 nm)STO/Si (001) [Fig. 3(a)]. Through the use of scanning transmission electron microscopy (STEM) we can investigate the high quality nature of the heterostructure. The interfaces between both the BFO and the CoFe and between the various metallic species (Cu and CoFe) are very smooth and show very little interdiffusion. Metallic layers (Cu and CoFe) appear to be either amorphous or nanocrystalline. This, in turn, provides us with an excellent system to probe the possibility for creating spin valve devices with multiferroic antiferromagnets. Magnetic measurements reveal that there are two switching events coming form the thin and thick layers of CoFe as well as a negative shift of the hysteresis loop by 40–50 Oe [Fig. 3(b)]. The magnitude of this shift is typical for single layer 5 nm CoFe films grown on BFO. A maximum current-in-plane magnetoresistance of $\sim 2.25\%$ was measured in these spin valve structures; however, the double peak structure of the magnetoresistance would likely make this system unsuitable for devices. Previous studies suggest that the growth of a top BFO layer might lead to better performance in such structures, but the high temperature epitaxial growth of BFO films is unlikely on metallic layers and will, therefore, limit this undertaking.

This work demonstrates that exchange bias with multiferroic materials and the construction of simple device structures, such as spin valves, can be integrated with Si. The next step is to determine the best process to achieve electrically tunable properties in such systems. Previous work has demonstrated the capability to manipulate the magnetic domain structure of BFO using applied electric fields. The combination of this capability with traditional exchange interactions between an antiferromagnet and ferromagnet can serve as a pathway to functionality and device capabilities. Currently research is underway to investigate the possibility of dynamically switching and controlling the nature of the coupled ferromagnet by applying electric fields to the underlying BFO film.

In conclusion, bilayer CoFe/BFO and asymmetric spin valve CoFe/Cu/CoFe/BFO structures have been produced in which the application of an applied magnetic field during the growth of the ferromagnetic films results in the formation of exchange anisotropy on Si substrates. Exchange bias fields over 150 Oe in magnitude (the largest to date) have been observed and no reduction in the magnitude of the exchange bias has been observed with over 14,000 magnetic cycles at room temperature. Additionally, spin valve structures have also been shown to exhibit $\sim 2.25\%$ magnetoresistance (the largest to date in a BFO based structure) at room temperature. Finally, these results are promising for the continued study of BFO and multiferroic based magnetic devices and for the eventual production of an electrically tunable magnetic device.

This work has been supported by the Director, Office of Basic Energy Sciences, Materials Science Division of the U.S. Department of Energy under Contract No. DE-AC02-05CH11231 and ONR-MURI under Grant No. E21-6RU-G4. The authors would also like to acknowledge the support of the staff and facilities at the National Center for Electron Microscopy.